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OBSERVATION OF ENHANCED DIAMAGNETISM ABOVE T IN INDIUM
DUE TO THERMODYNAMIC FLUCTUATIONS*
J. P. Gollub, 1' M. R. Beasley, R. S. Newbower, f and M. Tinkham
Department of Physics and Division of Engineering and Applied Physics,
Harvard University, Cambridge, Massachusetts 02138
(Received 12 May 1969)
%'e have observed a temperature-dependent enhanced diamagnetism above the critical
temperature in pure bulk indium which we attribute to the effects of thermal fluctuations.
The magnitude of the effect and the manner in which it scales with magnetic field are in
agreement with a finite-field generalization of a zero-field result based on the Ginzburg-
Landau theory.
Recently there has been considerable interest
in the effects of evanescent Cooper pairs induced
by thermodynamic fluctuations in superconduc-
tors just above the critical temperature T~, es-
pecially the enhancement of the electrical con-
ductivity of thin films having very short mean
free paths. ' ' It has also been suggested ~ that
there should be an enhanced diamagnetism above
T~. Unlike the fluctuation-enhanced conductivity,
the enhanced diamagnetism should be observable
even in pure bulk samples. We have observed
such an enhanced diamagnetism in pure bulk indi-
um which we attribute to this mechanism.
The prediction of an enhanced diamagnetism
above T~ is based on a model in which small su-
perconducting regions spontaneously grow and
decay as a result of thermodynamic fluctuations,
leading to an average dc effect. Calculations'~'
using the linearized Ginzburg-Landau theory
yield a predicted susceptibility of about -10 '
x [Tc/(T-Tc)]"' for a pure bulk sample in the
limit of zero magnetic field. More precisely,
Schmid finds'
measured the change in sample magnetization
with decreasing temperature, from -4 K to -3.4
K (T ), in constant applied fields of 0-2 Oe sup-
plied by a niobium superconducting solenoid in
the persistent-current mode. Typical results
are presented in Fig. 1. For the higher fields
shown, the magnetization is clearly temperature
dependent for a few tenths of a degree above &~.
Each graph terminates on the left where the sam-
ple undergoes an abrupt transition to the super-
conducting state which we interpret as the first-
order transition expected in the presence of a fi-
nite applied field. The first-order transition in
the polycrystalline sample is somewhat less
abrupt, indicating that this sample is less ideal.
Whether or not the single crystal is exhibiting
where 4, = hc/2e is the fluxoid quantum and ((T)
is the usual Ginzburg-Landau coherence length.
A typical bulk sample with such a susceptibility
in a 1-Oe applied field will exclude an amount of
flux equivalent to only a few flux quanta, even as
close as a few millidegrees to T~.
To observe such a small effect, we measured
the magnetization with a point-contact supercon-
ducting quantum-interference devices~7 which was
coupled to the sample by a superconducting dc
transformer wound with niobium wire. The indi-
um sample for which results are reported here
was an etched cylindrical single crystal, 4.4 mm
diam and 23 mm long, zone refined from 99.9999%
purity indium. Similar results were obtained
from a polycrystalline sample of the same size









FIG. 1. Change in magnetization of a single crystal
of indium versus temperature near the critical temper-
ature, for various magnetic fields. The zero for each
plot was adjusted to give the best agreement with (2).
Each curve terminates on the left end at the field-de-
pendent thermodynamic critical temperature, where
there is a sharp first-order transition to the supercon-
ducting state.
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any significant sample-dependent nonideal behav-
ior is not definitely known.
As is readily seen in Fig. 1, the magnetization
is not divergent either at Tz or at the field-de-
pendent thermodynamic critical temperature
T (H). Rather, it appears that it would diverge
at a lower temperature Tc*(H) if the first-order
transition did not intervene and preclude further
observation. This can be understood with refer-
ence to the critical-field curves of Fig. 2. As the
temperature is reduced in the presence of a finite
field H, the sample state follows the dotted line.
Although in practice a first-order transition usu-
ally occurs at (or slightly below) the intersection
with the thermodynamic critical-field curve
(point a), the normal state ideally remains meta-
stable with respect to the superconducting state
down to the intersection with the ideal supercool-
ing field curve Hsc(T) (point f/) This. defines a
temperature Tsc(H) down to which the sample
can in principle be supercooled. One would ex-
pect the fluctuation-induced magnetization to di-
verge at Tsc(H), where the energy cost of a
small fluctuation toward the superconducting
TEMPERATURE
Tc
FIG. 2. Schematic diagram of the thermodynamic
critical field &~ and the supercooling field Hzz versus
temperature. The dotted line represents the sequence
of sample states as temperature is reduced in the pres-
ence of a magnetic field H whose size is exaggerated
for clarity. The sample becomes superconducting at a,
but the fluctuation-enhanced diamagnetism would di-
verge at b, if the first-order transition did not inter-
vene.
state vanishes. In other words, we wouM expect
the temperature Tc*(H) at which the extrapolated
experimental curve diverges to be the supercool-
ing temperature Tsc(H).
When these considerations are used to modify
the zero-field expression (1), and if one identi-
fiess H with Hc2=40/2wg', one obtains the pre-
diction that the magnetization M(H, T) should be
given by
(& &)1/2(gyT)C, -s/2H1/2
[I+idH /dTi(T-T )/H]'"' (2)
This expression equals yH with y given by (1) and
with Tc replaced by Tc2(H). It reduces to (1) as
H goes to zero, and moreover, this form of field
dependence can be shown to follow from ordinary
linearized Ginzburg-Landau theory. The form
of this result suggests that the data for all fields
should lie on a universal curve if M(H, T)/H'" is
plotted versus (T Tc)/H. -However, to make
such a plot it is necessary to determine a base
line for the experimental data, since the level to
which the temperature-dependent magnetization
would extrapolate at high temperatures cannot be
determined with any precision from our data.
The criterion we used to adjust the baseline at
each field for best agreement with the theoretical
prediction (2) in the region of large (T-Tc)//H.
Using this procedure, we found that the data for
all fields fell on a universal curve when plotted
as shown in Fig. 3. The solid line in this figure
represents the behavior expected on the basis of
(2), where idHc2/dTi=V 2xidH&/dT~ = 13.4 Oe/K
was determined using accepted values' ~" for
idHc/dTi and ~. The numerical value of the coef-
ficent of H"' in the numerator is 1.05x 10 ' G/Oe"' for T= 3.4 K. At large (T-T )/H the data
follow the theoretical curve fairly well, but begin
systematically to rise above it for (T-Tc)/H
80.05 K/Oe. However, the significance of the
results in this region is unclear for two reasons.
First, the exact form of the theory for low (T
-Tc)/H is uncertain. " In addition, it is possible
that some of the observed enhancement for low
(T T)/H arises from-broadening in the transi-
tion due to inhomogeneities, in spite of the fact
that the first-order transition is almost complete
within a few millidegrees. This possibility exists
because the total observed effect is only about
10 ' of the perfect diamagnetism below T~. Thus
even parts per million of material with higher
transition temperatures could give appreciable
effects. The data from the polycrystalline sam-
1289













FIG. 3. The data of Fig. 1 replotted to exhibit the scaling with magnetic field predicted by (2). The baselines for
the experimental curves have been adjusted to give the best agreement with (2) (solid curve) in the region of large
(T-7'~)/H. The dashed curve represents the result of a recent calculation of Prange (see Note added in proof).
pie also fall on a universal curve of the same
qualitative shape and magnitude, but, over much
of the temperature range of observation, the
magnetization rises somewhat more rapidly with
decreasing temperature than is predicted.
We also find that all of our data can be described
extremely well over the entire temperature
range, even at low (T-Tc)/H, by introducing two
adjustable parameters into (2), to obtain
The baselines which are used for this fit differ
from those in Fig. 1. For the indium single crys-
tal, we find A = 1.10&& 10 ' G/Oe'", which is only
5% larger than expected from (2). However, the
best value of B is 37 Oe/K, which is nearly three
times the theoretical value of 13.4 Oe/K. Equiv-
alently, the magnetization would diverge at a
temperature Tc*= Tc-H/B which is higher than
our earlier remarks on supercooling lead us to
expect. The polycrystalline sample gives results
which are also well described by (3) with the
same value of B, but with a value of A higher by
a factor of 1.7. Although this suggests a trend
toward better agreement with theory as sample
quality improves, such agreement may be fortu-
itous, since the exact magnitude expected theo-
retically is uncertain' at this time.
Finally, one consequence of the baseline uncer-
tainty is that our data do not enable us to prove
that the temperature dependence actually follows
the analytical form of (3). For example, the data
can be fitted almost as well by an expression of
the form
with B ' = 22 Oe/K corresponding to a Tc*(H) con-
siderably closer to thatexpected if H~~ = H~2 and
~= 0.062. However, . there is at present no theory
which would suggest that this form is plausible.
In conclusion we feel that, despite the ambigu-
ity which arises from the baseline uncertainty
and the lack of a sufficiently complete theory, the
existence in these very clean samples of an en-
hanced diamagnetism which is of the expected
magnitude and which exhibits the expected scal-
ing over a wide range of fields provides suffi-
cient basis for the assertion that the observed
enhancement is due to thermal fluctuations. A
definitive test will require both a theory which
rigorously takes the finite applied field into ac-
count and more extensive experimental work.
We are continuing to investigate other materials
as well as samples prepared in different ways,
and we hope to extend the measurements to high-
er temperatures.
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Note added in proof. —Subsequent to the submis-
sion of this Letter for publication, the theoreti-
cal situation has evolved somewhat. H. Schmidt
(private communication) has corrected his result
to agree with (1), thereby apparently eliminating
most of the uncertainty in the overall magnitude
of the predicted effect. More importantly,
R. Prange (to be published) has made a calcula-
tion, based on Schmid's formulation, which prop-
erly incorporates the finite applied field. His re-
sult confirms our expectation of a divergence at
Tc2(H) of the form [T-T 2(H)] " and it exhibits
the same field-scaling properties as (2). More-
over, it reduces to (1) in the limit of large (T
-Tc)/H. In fact, it can be expressed as multi-
plying (2) by a function +(x), where x = ~dHc2/dT
~
x (T-Tc)/H, which varies from F(~) = 1 to E(-I)
= 6; in the range where data are available, 1.1
& E(x) S 1.6. Prange's prediction has been added
to Fig. 3 (dashed curve), where it can be seen
that, over most of the region of observation, the
new theory varies more rapidly with temperature
than the observed results. (Note that in compar-
ing the data with the theoretical curves in Fig. 3,
it is permissible to shift the experimental re-
sults vertically for best agreement. As discussed
in the text, such a shift simply corresponds to
selecting a new set of baselines for the original
data. ) More satisfactory agreement would be ob-
tained if either Prange's prediction were smaller
or the experimental results larger by roughly a
factor of 2. We have recalibrated our magnetom-
eter using an independent procedure and have
found no systematic error which would account
for such a discrepancy.
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